3 THz quantum-cascade laser with metallic waveguide based on resonant-phonon depopulation scheme

F. I. Zubov¹, A. V. Ikonnikov², K. V. Maremyan², S. V. Morozov², V. I. Gavrilenko², A. Yu. Pavlov³, N. V. Shchavruk³, R. A. Khabibulin³, R. R. Reznik¹, G. E. Cirin³, A. E. Zhukov¹, A.A. Dubinov², Zh. I. Alferov¹

¹St Petersburg National Research Academic University of the Russian Academy of Sciences, St Petersburg, Russia, fedyazu@mail.ru
²Institute for Physics of Microstructures RAS, Nizhny Novgorod, Russia
³V.G. Mokerov Institute of Ultra High Frequency Semiconductor Electronics of RAS, Moscow, Russia

1. Introduction

Terahertz radiation, which frequency belongs to 0.1-10 THz range, is of great importance in various fields of science and engineering. One of the most important applications of THz radiation is the objects visualization and species detection. As this emission penetrates well through clothes and biological tissues and reflects from metals, it can be used in inspection systems for detection of hidden enclosures. At the same time, in contrast to X-ray, THz radiation is safe for living body. Promising sources of this radiation are quantum cascade lasers (QCLs), provided by their compact size, low current and voltage requirements, high brightness as well as relatively low cost. The first THz QCL was fabricated in 2002 [1]. As of today their output optical power reaches more than 200 mW in CW [2] and 1 W in pulse pumping regime [3], wavelength tuning range makes about 3 GHz for CW operation [4] and maximum lasing temperature reaches 200 K (for direct THz-emitted sources) [5]. However, QCL technology is in its infant stage in Russia.

In the present work we have fabricated and tested THz QCL having metal-metal waveguide. Heterostructure included 228 Al₀.₁₅Ga₀.₈₅As/GaAs cascades with resonant phonon based triple quantum well design. Here we present results of studies of voltage-current and light-current characteristics as well as cyclotron resonance, which allowed us to measure the lasing frequency to be about 3 THz.

2. Experiment details

Heterostructure was grown in a molecular beam epitaxy reactor (Riber 21) on a semi-insulating GaAs (100) substrate. The active region was a 228-period superlattice Al₀.₁₅Ga₀.₈₅As/GaAs. Each cascade involved three tunnel-coupled quantum wells (QW) and had resonant-phonon design. The thicknesses of the layers in the cascade in Angstroms are 43/89/24.6/81.5/41/160 (one period has 439.1 Å nominal thickness), where underlined are the dimensions of Al₀.₁₅Ga₀.₈₅As layers. The complete width of the heterostructure was about 10 μm. Schematic band diagram at an applied bias corresponding to the lasing threshold is shown in Fig. 1a. Active transition is a transition between levels 2 and 3 with a nominal radiation frequency of 3 THz and calculated oscillator strength 0.3 at a bias field of 12 kV/cm². Transition 4-1 corresponds to passing of electrons between cascades (injection/extraction) and is carried out with a resonant optical phonon emission.

Growth rate was about 0.8 monolayers per second. The reactor was equipped with high speed shutters with 150 ms actuation, thus spreading of the interfaces did not exceed 0.4 Å. Layer-by-layer structure description is presented in Fig. 1b. Contact layers and the middle QW were doped with silicon concentrations of $5 \times 10^{16} \text{ cm}^{-3}$ and $5 \times 10^{16} \text{ cm}^{-3}$, respectively. The growth was conducted in stabilized As-flow conditions; deposition temperature was controlled by IR pyrometer. The surface condition was monitored in situ by high-energy electron diffraction, and as grown wafer was examined by X-ray diffraction and photoluminescence technique, which spectra were compared with simulated one.

![Fig. 1. (a) Schematic band diagram of QCL, (b) layer-by-layer structure description](image)

Next metal-metal waveguide was fabricated that comprised the active region [6]. Postgrowth processing included thermal-compression bonding of the initial wafer epide to receptor n'-GaAs substrate using Au-Au interlayer. QCL ridges of 100 microns width were fabricated by means of etching of the initial wafer down to the active region as well as electron lithography and dry etching of the active region through the upper metallization mask.

After thinning of the receptor to about 150 μm the wafer was cleaved to create 1.5 mm long resonators. Next chips were soldered the receptor side down to Cu heatsinks — the bottom contacts to the devices. In turn Au-wires were soldered to the ridges. The devices characteristics (voltage-current, light-current and cyclotron resonance spectra) were measured in pulse pumping regime at a liquid He temperature. To measure integral radiation intensity Ge:Ga photodetector was used. To determine QCL lasing frequency we

© The Authors, published by EDP Sciences. This is an open access article distributed under the terms of the Creative Commons Attribution License 4.0 (http://creativecommons.org/licenses/by/4.0/).
used variable rejecting filter based on HgTe/CdHgTe QW, which attenuation spectrum depends on magnetic field.

3. Results and discussion

Results of studies of the synthesized structure by high resolution X-ray diffractometry are shown in Fig. 2. The figure also presents calculated rocking curve. Measured superlattice period is 436 Å, differs only by 0.7% from its nominal value. Low full width at half maximum (FWHM) of satellite peaks (15-19°) indicates a high accuracy of the cascades thicknesses within the structure as well as low roughness of the interfaces. Atomic-force microscopy studies indicated the high planarity of the surface even after 10 µm growth. The widths of terraces were 0.7–1.0 µm and RMS roughness was estimated about 0.2 nm.

![Fig. 2. X-ray rocking curve of the QCL structure near the GaAs (004) reflection and the corresponding simulated curve](https://example.com/fig2.png)

Fig. 2. X-ray rocking curve of the QCL structure near the GaAs (004) reflection and the corresponding simulated curve

The dependence of the radiation intensity on the pumping current of the studied devices had characteristic threshold growth starting from 0.4 A (see Fig. 3), what is typical to the onset of laser generation. The voltage, corresponding to the kink in the light-current curve, about 11 V, is consistent with the calculated value of electric field, at which the levels are aligned, i.e. when the lasing should start (see Fig. 1a). Measurements of the radiation intensity transmitted through the variable filter based on HgTe/CdHgTe QW allowed to determine the lasing frequency of the QCL. The measured value about 3 THz coincides with the nominal frequency.

4. Conclusion

Thus, using fully domestic technological capacities we fabricated THz QCL with the double metal waveguide and the active region based on triple tunnel-coupled QWs with resonant-phonon depopulation scheme of the lower active level. High quality of the synthesized heterostructures was confirmed by high resolution X-ray diffractometry and atomic-force microscopy. Pulsed lasing was demonstrated at a liquid He temperature at 300 A/cm² threshold current density and 12 V voltage. The radiation frequency was estimated to be 3 THz, which is consistent with designed value.

Acknowledgements

This work was supported by the Russian Science Foundation (Project #18-19-00493).

References

1. Köhler, R., Tredicucci, A., Beltram, F., Beere, H. E., Linfield, E. H., Giles Davies, A., Ritchie, D. A., Iotti, R. C., Rossi F., Terahertz semiconductor-heterostructure laser // Nature. 2002. V. 417. P. 156–159.

2. Wang, X., Shen, C., Jiang, T., Zhan, Z., Deng, Q., Li, W., Wu, W., Yang, N., Chu, W., Duan, S. High-power terahertz quantum cascade lasers with ~0.23 W in continuous wave mode // AIP Advances. 2016. V. 6. No. 7. P. 075210.

3. Li, H., Laffaille, P., Gaceni, D., Apfel, M., Sirtori, C., Leonardon, J., Santarelli, G., Rösch, M., Scalari, G., Beck, M., Faist, J., Hänsel, W., Holzwarth, R., Barbieri, S. Dynamics of ultra-broadband terahertz quantum cascade lasers for comb operation // Opt. Express. 2015. V. 23. No. 26. P. 33270–33294.

4. Hempel, M., Röben, B., Schrottke, L., Hübners, H.-W., Grahn, H. T. Fast continuous tuning of terahertz quantum-cascade lasers by rear-facet illumination // Appl. Phys. Lett. 2016. V. 108. No. 19. P. 191106.

5. Fathololoumi, S., Dupont, E., Chan, C. W. I., Wasielski, Z. R., Lefranboise, S. R., Ban, D., Matyas, A., Jirauschek, C., Hu, Q., Liu, H. C. Terahertz quantum cascade lasers operating up to ~ 200 K with optimized oscillator strength and improved injection tunneling // Opt. Express. 2012. V. 20. No. 4. P. 3866–3876.

6. Ikonnikov, A. V., Marem’yanin, K. V., Morozov, S. V., Gavrilenko, V. I., Pavlov, A. Yu., Shchavruk, N. V., Khabibulin, R. A., Reznik, R. R., Cirlin, G. E., Zabov, F. I., Zhukov, A. E., Alferov, Zh. I. Terahertz radiation generation in multilayer quantum-cascade heterostructures // Tech. Phys. Lett. 2017 V. 43. No. 4. P. 362–365.